Influence of alkyl chain length on the stability of n-alkyl-modified reversed phases. 1. Chromatographic and physical analysis

Citation for published version (APA):

DOl:
10.1021/ac00220a007

Document status and date:
Published: 01/01/1990

Document Version:
Publisher’s PDF, also known as Version of Record (includes final page, issue and volume numbers)

Please check the document version of this publication:
• A submitted manuscript is the version of the article upon submission and before peer-review. There can be important differences between the submitted version and the official published version of record. People interested in the research are advised to contact the author for the final version of the publication, or visit the DOI to the publisher's website.
• The final author version and the galley proof are versions of the publication after peer review.
• The final published version features the final layout of the paper including the volume, issue and page numbers.
Link to publication

General rights
Copyright and moral rights for the publications made accessible in the public portal are retained by the authors and/or other copyright owners and it is a condition of accessing publications that users recognise and abide by the legal requirements associated with these rights.
• Users may download and print one copy of any publication from the public portal for the purpose of private study or research.
• You may not further distribute the material or use it for any profit-making activity or commercial gain.
• You may freely distribute the URL identifying the publication in the public portal.

If the publication is distributed under the terms of Article 25fa of the Dutch Copyright Act, indicated by the "Taverne" license above, please follow below link for the End User Agreement:
www.tue.nl/taverne

Take down policy
If you believe that this document breaches copyright please contact us at:
openaccess@tue.nl
providing details and we will investigate your claim.

Download date: 08. Dec. 2019

Martin J. J. Hetem,* Jan W. de Haan, Henk A. Claessens, Leo J. M. van de Ven, and Carel A. Cramers

Laboratory of Instrumental Analysis, Eindhoven University of Technology, P.O. Box 513, 5600 MB Eindhoven, The Netherlands

Joachim N. Kinkel

E. Merck, Frankfurterstrasse 250, D-6100 Darmstadt 1, West Germany

The influence of the ligand alkyl chain length, chemically bonded at the surface of a silica substrate, on stationary phase stability in liquid chromatography practice is reviewed. Several factors affecting long-term stability of modern reversed-phase high-performance liquid chromatography (RP-HPLC) phases are considered and their individual contributions are evaluated in this paper and the following paper in this issue. The stationary phases under study were identically modified on the same batch of silica substrate to eliminate differences in substrate properties and synthesis conditions. Modifications with ligand alkyl chain length between \(C_1\) and \(C_{18}\) were performed such that an approximately equal ligand density was obtained for the seven RP-HPLC phases studied. These \(n\)-alkylidimethylsiloxysilane bonded phases were exposed to simulated aging experiments. A subsequent chromatographic characterization regarding changes in capacity, lipophilic and polar selectivity, and silica degradation related separation performance was carried out. Comparison with results determined by other characterization methods, like bulk analysis, elemental analysis, and solid-state \(^{29}\)Si cross-polarization magic angle spinning NMR revealed that with longer \(n\)-alkyl ligands gradually better substrate shielding properties were obtained. The ligand alkyl chain length affects the stability of reversed phases to a large extent. Short ligand modified phases changed drastically using relatively aggressive eluents. Organic modifier rich eluents combined with longer ligand modified phases are preferable for a longer lifetime of RP-HPLC columns, especially when aggressive eluents are used.

INTRODUCTION

Modified silica-based packings most commonly used as reversed phases in high-performance liquid chromatography (RP-HPLC) are \(n\)-octyl and \(n\)-octadecyl bonded phases. Usually commercially available RP-HPLC phases are synthesised with monofunctional reagents like \(n\)-alkylidimethylmonochlorosilane, to prevent additional hydroxyl groups due to hydrolysis of remaining Si-Cl groups when diand trifunctional silanes are used (2, 3). Most RP-HPLC separations in laboratory practice are performed with \(n\)-octadecyl modified silica substrates. These phases are better defined than the corresponding di- and trifunctional modifications and have the advantage of a large stationary phase volume and the possibility of adequate selectivity for the separation of many organic compounds. Until recently, only separations of large organic molecules with molecular weights between 1000 and 10 000 were carried out on short alkyl ligand phases, e.g. \(n\)-butylidimethylsiloxysilane modified silica. With the better understanding of the phenomenon "selectivity" in modern RP-HPLC practice (4–8) and the need for sophisticated and tailor made solutions of separation problems in the last years, the interest in stationary phases with various alkyl chain length ligands has grown (9–13). With the introduction of commercially available expert systems in HPLC (14), the popularity of all kinds of stationary phases with different selectivity will probably increase even more. Furthermore, introduction of silica substrates with a very large specific surface area (\(>500 \text{ m}^2 \text{g}^{-1}\)) will promote the application of short alkyl ligand bonded phases. However, relatively high ligand surface concentrations and superior substrate shielding properties by secondary groups (e.g. isopropyl) or multidentate surface attachments, with varying numbers of chemical bonds with the surface, are needed (3, 15). The alkyl chain length and alkyl surface concentration are two critical parameters that determine the hydrophobicity of a packing material and thence retention and selectivity characteristics (9, 10). However, the same two parameters also affect the useful lifetime of RP-HPLC columns to a large extent. Long-term stability of chemically bonded stationary phases in laboratory practice is limited by hydrolysis and dissolution of the ligands from the silica surface and of the silica substrate itself, especially when aggressive eluents or conditions are used (3, 15). Although hydrolysis is a slow process, in practice, a stationary phase alters after a period of intensive use. This can be observed by changes in capacity factors, selectivity, and separation performance (3, 16). Although these changes can be determined, the factors causing the process of stationary phase degradation are not completely clear. The influence of ligands anchored at the silica surface, their functionality, chain length, and surface concentration on the process of hydrolysis, has been partially reported previously (3, 15–19). However, the specific effect of the ligand alkyl chain length of chemically bonded phases on stability and ligand and/or substrate hydrolysis and dissolution has not yet been systematically studied. In this and the subsequent paper (1), the emphasis is on the process of stationary phase deterioration, correlated with the shielding effect by the anchored ligands at the silica surface. At the same time the influence of various eluents on this process was studied. Combined with chromatographic data, factors affecting stationary phase aging in laboratory practice are reviewed.

The stability of seven RP-HPLC stationary phases modified on the same batch of silica substrate with various \(n\)-alkyl ligands between \(n\)-\(C_1\) and \(n\)-\(C_{18}\) was studied by controlled aging of these phases under simulated routine use conditions.

1 Present address: G.E. Plastics Europe, 1 Plasticlaan, P.O. Box 117, 4600 AC Bergen op Zoom, The Netherlands.
The silica substrate used for modification possessed a very large specific surface area \( (S_{BET} = 579 \text{ m}^2 \text{ g}^{-1}) \). Modification of this silica substrate was performed such that an approxi-
mately equal ligand density was obtained for all seven phases. After the modified phases were subjected to artificial aging, changes were investigated in detail by chromatographic analysis of various bulk properties, elementa-
lar analysis, and high-resolution solid-state \( ^{29}\text{Si} \) NMR. In this way, the influ-
eence of the n-alkyl chain length on the stability and the re-

**EXPERIMENTAL SECTION**

**Materials.** The test components used for chromatographic characterization were all reference grade. n-Alkylbenzenes (test mixture 1) were benzene, methylbenzene, ethylbenzene, n-
propylbenzene and n-butylbenzene (Pierce Chemical Corp., Rockford, IL). n-Alkyl aryl ketones (test mixture 2) used as test compounds were ethanophenone, n-propanophenone, n-butano-
phenone, n-hexanophenone, and n-octanophenone (Pierce). n-Hydroxybenzoic acid n-alkyl esters (test mixture 3) were methyl
p-hydroxybenzoate, ethyl p-hydroxybenzoate, n-propyl p-
hydroxybenzoate, and n-butyl p-hydroxybenzoate (Sigma
Chemical Co., St. Louis, MO). All other solvents and chemicals were used. Chromatograms of the test mixtures were collected
with regression are

\[
\log k' = a_0 + a_1 n_a + a_2 (n_m + m_p)
\]

(1)

\[ p = m_1/n_1 \quad \text{and} \quad q = m_2 - p_n_2 \] 

(2a,b)

Further

\[ x = \text{volume fraction of organic modifier in a binary} \]

eluent with water and \( n_c \) is the incremental carbon number of a homologous series of components. The characteristic parameters to be determined with regression are \( a_0, a_1, m_0, m_1, p, \) and \( q \).

The validity of this regression has been shown before (3, 16). Good correlation coefficients \( (r > 0.999) \) were obtained for eluent compositions containing 50% to 90% (v/v) methanol as modifier for all stationary phases in this study. The parameters \( m_0 \) and \( q \) in eqs 1 and 2b, respectively, characterize contributions to the selectivity (6). \( m_0 \) denotes mainly nonspecific, lipophilic selectivity and \( q \) represents specific, polar selectivity, as discussed extensively earlier (5).

The chromatographic characterization experiments of the stationary phases were performed with a Model 100A pump (Beckmann Instruments, Berkeley, CA), a Model CV-6-VHPAs-N60 injection valve equipped with a 20-uL loop (Valco, Houston, TX), and a Model LC-3 variable-wavelength UV detector (Pye Unicam, Cambridge, U.K.) operated at suitable wavelengths for an optimal response: test mixture 1, 261 nm; test mixture 2, 241 nm; and test mixture 3, 257 nm. Typically, injections of 5–10 uL of the test mixtures were performed. The detector signal was sampled at 10 Hz and integrated with a Nelson 3000 data system (Nelson Analytical, Cupertino, CA).

### Solid-State \(^{29}\text{Si} \) NMR Measurements.

The solid-state \(^{29}\text{Si} \) NMR spectra were obtained on a Bruker CXP-300 Fourier transform nuclear magnetic resonance spectrometer at 59.63 MHz. Representative samples of 40-240 mg were spun in a 7.05 mm o.d. aluminum oxide and zirconium oxide rotors of the Bruker double-bearing type. \(^{29}\text{Si} \) Bloch decay magic angle spinning (MAS) NMR spectra of the original silica substrate were obtained with a pulse interval time of 90 s. If interval times exceed 5 times the \( T_2 \) relaxation time, the signal areas measured with this technique represent the relative amounts of silicon nuclei of different nature in the sample. Typically 1000 FIDs (free induction decays) with an acquisition time of 10 ms were accumulated in 1K data points and zero-filled to 8K prior to Fourier transformation. A line broadening of 10 Hz prior to zero-filling was used. \(^{29}\text{Si} \) cross-polarization magic angle spinning (CP-MAS) NMR spectra of all modified stationary phases prior to and after aging experiments were obtained with a cross-polarization contact time of 6 ms. The pulse interval time was 1 s. Typically, 2000 FIDs with an acquisition time of 10 ms were accumulated in 1K data points and zero-filled to 8K prior to Fourier transformation. The line broadening used was 15 Hz prior to zero-filling and Fourier transformation. The spectral width for all spectra was 15 kHz.

\(^{29}\text{Si} \) CP-MAS NMR experiments with variable contacts of trimethylsilyloxasilica silica (Si-C) before and after several aging experiments showed consistent CP characteristics. This pertains to all silicous moieties at the silica surface. Different results were found for different signals in the \(^{29}\text{Si} \) NMR spectrum. Thence, quantification of silicous moieties at the surface with \(^{29}\text{Si} \) CP-

### Table I. Eluent Compositions of the Experiments for Simulating Routine Use

<table>
<thead>
<tr>
<th>exp. no.</th>
<th>buffer</th>
<th>pH</th>
<th>ion pairing agent, concn</th>
<th>vol fraction of methanol</th>
<th>aging vol fraction ion pairing</th>
</tr>
</thead>
<tbody>
<tr>
<td>1</td>
<td>0.05 M phosphate</td>
<td>3.0</td>
<td>0</td>
<td>5 mmol</td>
<td>0.05 M phosphate</td>
</tr>
<tr>
<td>2</td>
<td>0.05 M phosphate</td>
<td>3.0</td>
<td>0.5</td>
<td></td>
<td>0.05 M phosphate</td>
</tr>
<tr>
<td>3</td>
<td>0.05 M phosphate</td>
<td>3.0</td>
<td>0.5</td>
<td>hexylsulfonate</td>
<td>0.05 M phosphate</td>
</tr>
<tr>
<td>4</td>
<td>0.05 M carbonate</td>
<td>8.4</td>
<td>0</td>
<td></td>
<td>0.05 M carbonate</td>
</tr>
<tr>
<td>5</td>
<td>0.05 M carbonate</td>
<td>8.4</td>
<td>0.5</td>
<td></td>
<td>0.05 M carbonate</td>
</tr>
<tr>
<td>6</td>
<td>0.05 M carbonate</td>
<td>8.4</td>
<td>0.5</td>
<td>triethylamine</td>
<td>0.05 M carbonate</td>
</tr>
</tbody>
</table>

*Each column was purged by 7000 column volumes of a typical eluent; flow rate 0.5 mL/min; time 240 h; ambient temperature.*
anchored ligands occupy part of the adsorption places. Hence, the selectivity measurements was within the groups and the shielding factor of the ligands to that.

The samples were periodically compared with materials of Tungsten oxide was added to the modified silica as a catalyst. The carbon contents of the modified stationary phases prior to and after each aging experiment were obtained with a Perkin-Elmer Model 240 Analyzer (Perkin-Elmer, Norwalk, CT). Tungsten oxide was added to the modified silica as a catalyst. The samples were periodically compared with materials of standard quality. The reproducibility of the elemental analysis measurements was within the 5% range. The carbon content, $P_C$, and the ligand surface concentration, $\alpha_l$, calculated according to eq 1 (3), of the starting materials are listed in Table II.

RESULTS AND DISCUSSION

Chromatography. Fundamental chromatographic characteristic of the $n$-alkyl modified reversed phases in this study was performed with three sets of homologous series of components with different molecular residues. The selectivity of a typical separation system can be described by the parameters $m_{n0}$ for lipophilic and $q$ for polar selectivity (see formulas 1 and 2b, respectively). The values of $m_{n0}$ and $q$ depend on the applied stationary phase, the type of organic modifier in the eluent, and the test solutes. The hydrophobic and hydrophilic properties of a stationary phase depend not only on the ratio of the number of $\mu$mol m$^{-2}$ of ligands and residual silanol but also on the accessibility and type of silanol groups and the shielding factor of the ligands to that. Moreover, the distribution of the silanols and ligands across the silica surface may play an important role. Therefore it is difficult to give a completely satisfying explanation of the results when the test solutes carry both hydrophobic and hydrophilic functionalities. This is even true for the alkylbenzenes, applied to test the hydrophobicity of the stationary phases, where the benzene part is polarizable and probably interacts with the silanol groups present. Nevertheless, the presence of benzene was necessary in our experiment due to the detection limitations of the equipment. The lipophilic selectivity as a function of the $n$-alkyl chain length of the ligands for the test mixtures is depicted in Figure 1. As expected, increasing $m_{n0}$ values as a function of longer $n$-alkyl ligands were determined for $n$-alkylbenzene test mixture, showing large lipophilic interactions/contribution during the elution. In contrast the $m_{n0}$ values determined for the phenyl ketones and for the $p$-hydroxybenzoates showed less lipophilic interaction with the modified phases under study and a more or less capricious course, which can be attributed to the mixed retention mechanism discussed above. Thence, changes in lipophilic selectivity of a stationary phase may be monitored best by the $n$-alkylbenzene mixture.

The influence of the ligand alkyl chain length on the polar selectivity, $q$, for the three test mixtures is shown in Figure 2. With the exception of the $n_{18}$-reversed phase, which showed a smaller ligand density, the $q$ values for the $p$-hydroxybenzoates were found constant to a certain amount. Due to the more or less equal ligand concentrations at the silica surface (except for the octadecyl bonded phase), the polar interactions between the $p$-hydroxybenzoate and the residual silanol groups at the surface are shown to be equal to a certain

<table>
<thead>
<tr>
<th>stationary phase</th>
<th>specific surface area, $S_{BET}$, m$^2$ g$^{-1}$</th>
<th>mean pore size, nm</th>
<th>pore volume, cm$^3$ g$^{-1}$</th>
<th>carbon content $P_C$, % (w/w)</th>
<th>ligand surface density, $\alpha_l$ (see ref 2, eq 1), $\mu$mol m$^{-2}$</th>
</tr>
</thead>
<tbody>
<tr>
<td>bare silica</td>
<td>579</td>
<td>6.0</td>
<td>0.82</td>
<td>6.69</td>
<td>2.67</td>
</tr>
<tr>
<td>Si-C$_6$</td>
<td>522</td>
<td>5.7</td>
<td>0.68</td>
<td>7.59</td>
<td>3.15</td>
</tr>
<tr>
<td>Si-C$_8$</td>
<td>428</td>
<td>5.4</td>
<td>0.58</td>
<td>12.01</td>
<td>3.03</td>
</tr>
<tr>
<td>Si-C$_{12}$</td>
<td>410</td>
<td>5.2</td>
<td>0.48</td>
<td>13.96</td>
<td>2.63</td>
</tr>
<tr>
<td>Si-C$_{16}$</td>
<td>357</td>
<td>5.2</td>
<td>0.39</td>
<td>15.78</td>
<td>2.58</td>
</tr>
<tr>
<td>Si-C$_{18}$</td>
<td>345</td>
<td>5.4</td>
<td>0.48</td>
<td>18.06</td>
<td>1.69</td>
</tr>
</tbody>
</table>

* Mean particle size, $d_p = 5 \pm 1.3 \mu$m.

Figure 1. Chromatographically determined $m_{n0}$ values (lipophilic selectivity) versus the ligand alkyl chain length of the reversed phases under study, before aging experiments: (0) $n$-alkylbenzenes, (+) ary $n$-alkyl ketones, (○) $p$-hydroxybenzoic acid $n$-alkyl esters. The lines drawn exhibit only an illustrative value.

Figure 2. Chromatographically determined $q$ values (polar selectivity) versus the ligand alkyl chain length of the reversed phases under study, before aging experiments: (0) $n$-alkylbenzenes, (+) ary $n$-alkyl ketones, (○) $p$-hydroxybenzoic acid $n$-alkyl esters. The lines drawn exhibit only an illustrative value.
extent. The values of $q$ for the other two test mixtures were smaller but showed an identical course as the $q$ values for the p-hydroxybenzoates. Changes in this type of selectivity may be monitored best by the p-hydroxybenzoic acid n-alkyl esters.

The effect of long-term exposure to relatively aggressive eluents on the performance of a stationary phase can be illustrated by chromatography. As an example Figure 3 depicts the chromatograms of the n-alkylbenzene and the p-hydroxybenzoic acid n-alkyl ester test mixtures eluted on the n-butyldimethylsiloxysilane modified phase before and after aging experiments 1 and 6. Chromatographic test conditions were as follows: methanol–water (80:20 (v/v)); flow rate, 1.0 mL/min; UV detection, test mixture 1, 261 nm; test mixture 3, 257 nm.

The values of $m_0$ for the other two test mixtures were smaller but showed an identical course as the $q$ values for the p-hydroxybenzoates. Changes in this type of selectivity may be monitored best by the p-hydroxybenzoic acid n-alkyl esters.

The effect of long-term exposure to relatively aggressive eluents on the performance of a stationary phase can be illustrated by chromatography. As an example Figure 3 depicts the chromatograms of the n-alkylbenzene and the p-hydroxybenzoic acid n-alkyl ester test mixtures eluted on the n-butyldimethylsiloxysilane modified phase before and after aging experiments 1 and 6. Chromatographic test conditions were as follows: methanol–water (80:20 (v/v)); flow rate, 1.0 mL/min; UV detection, test mixture 1, 261 nm; test mixture 3, 257 nm.

The values of $m_0$ for the other two test mixtures were smaller but showed an identical course as the $q$ values for the p-hydroxybenzoates. Changes in this type of selectivity may be monitored best by the p-hydroxybenzoic acid n-alkyl esters.

The effect of long-term exposure to relatively aggressive eluents on the performance of a stationary phase can be illustrated by chromatography. As an example Figure 3 depicts the chromatograms of the n-alkylbenzene and the p-hydroxybenzoic acid n-alkyl ester test mixtures eluted on the n-butyldimethylsiloxysilane modified phase before and after aging experiments 1 and 6. Chromatographic test conditions were as follows: methanol–water (80:20 (v/v)); flow rate, 1.0 mL/min; UV detection, test mixture 1, 261 nm; test mixture 3, 257 nm.

The values of $m_0$ for the other two test mixtures were smaller but showed an identical course as the $q$ values for the p-hydroxybenzoates. Changes in this type of selectivity may be monitored best by the p-hydroxybenzoic acid n-alkyl esters.

The effect of long-term exposure to relatively aggressive eluents on the performance of a stationary phase can be illustrated by chromatography. As an example Figure 3 depicts the chromatograms of the n-alkylbenzene and the p-hydroxybenzoic acid n-alkyl ester test mixtures eluted on the n-butyldimethylsiloxysilane modified phase before and after aging experiments 1 and 6. Chromatographic test conditions were as follows: methanol–water (80:20 (v/v)); flow rate, 1.0 mL/min; UV detection, test mixture 1, 261 nm; test mixture 3, 257 nm.

The values of $m_0$ for the other two test mixtures were smaller but showed an identical course as the $q$ values for the p-hydroxybenzoates. Changes in this type of selectivity may be monitored best by the p-hydroxybenzoic acid n-alkyl esters.

The effect of long-term exposure to relatively aggressive eluents on the performance of a stationary phase can be illustrated by chromatography. As an example Figure 3 depicts the chromatograms of the n-alkylbenzene and the p-hydroxybenzoic acid n-alkyl ester test mixtures eluted on the n-butyldimethylsiloxysilane modified phase before and after aging experiments 1 and 6. Chromatographic test conditions were as follows: methanol–water (80:20 (v/v)); flow rate, 1.0 mL/min; UV detection, test mixture 1, 261 nm; test mixture 3, 257 nm.

The values of $m_0$ for the other two test mixtures were smaller but showed an identical course as the $q$ values for the p-hydroxybenzoates. Changes in this type of selectivity may be monitored best by the p-hydroxybenzoic acid n-alkyl esters.

The effect of long-term exposure to relatively aggressive eluents on the performance of a stationary phase can be illustrated by chromatography. As an example Figure 3 depicts the chromatograms of the n-alkylbenzene and the p-hydroxybenzoic acid n-alkyl ester test mixtures eluted on the n-butyldimethylsiloxysilane modified phase before and after aging experiments 1 and 6. Chromatographic test conditions were as follows: methanol–water (80:20 (v/v)); flow rate, 1.0 mL/min; UV detection, test mixture 1, 261 nm; test mixture 3, 257 nm.

The values of $m_0$ for the other two test mixtures were smaller but showed an identical course as the $q$ values for the p-hydroxybenzoates. Changes in this type of selectivity may be monitored best by the p-hydroxybenzoic acid n-alkyl esters.

The effect of long-term exposure to relatively aggressive eluents on the performance of a stationary phase can be illustrated by chromatography. As an example Figure 3 depicts the chromatograms of the n-alkylbenzene and the p-hydroxybenzoic acid n-alkyl ester test mixtures eluted on the n-butyldimethylsiloxysilane modified phase before and after aging experiments 1 and 6. Chromatographic test conditions were as follows: methanol–water (80:20 (v/v)); flow rate, 1.0 mL/min; UV detection, test mixture 1, 261 nm; test mixture 3, 257 nm.

The values of $m_0$ for the other two test mixtures were smaller but showed an identical course as the $q$ values for the p-hydroxybenzoates. Changes in this type of selectivity may be monitored best by the p-hydroxybenzoic acid n-alkyl esters.

The effect of long-term exposure to relatively aggressive eluents on the performance of a stationary phase can be illustrated by chromatography. As an example Figure 3 depicts the chromatograms of the n-alkylbenzene and the p-hydroxybenzoic acid n-alkyl ester test mixtures eluted on the n-butyldimethylsiloxysilane modified phase before and after aging experiments 1 and 6. Chromatographic test conditions were as follows: methanol–water (80:20 (v/v)); flow rate, 1.0 mL/min; UV detection, test mixture 1, 261 nm; test mixture 3, 257 nm.

The values of $m_0$ for the other two test mixtures were smaller but showed an identical course as the $q$ values for the p-hydroxybenzoates. Changes in this type of selectivity may be monitored best by the p-hydroxybenzoic acid n-alkyl esters.

The effect of long-term exposure to relatively aggressive eluents on the performance of a stationary phase can be illustrated by chromatography. As an example Figure 3 depicts the chromatograms of the n-alkylbenzene and the p-hydroxybenzoic acid n-alkyl ester test mixtures eluted on the n-butyldimethylsiloxysilane modified phase before and after aging experiments 1 and 6. Chromatographic test conditions were as follows: methanol–water (80:20 (v/v)); flow rate, 1.0 mL/min; UV detection, test mixture 1, 261 nm; test mixture 3, 257 nm.

The values of $m_0$ for the other two test mixtures were smaller but showed an identical course as the $q$ values for the p-hydroxybenzoates. Changes in this type of selectivity may be monitored best by the p-hydroxybenzoic acid n-alkyl esters.

The effect of long-term exposure to relatively aggressive eluents on the performance of a stationary phase can be illustrated by chromatography. As an example Figure 3 depicts the chromatograms of the n-alkylbenzene and the p-hydroxybenzoic acid n-alkyl ester test mixtures eluted on the n-butyldimethylsiloxysilane modified phase before and after aging experiments 1 and 6. Chromatographic test conditions were as follows: methanol–water (80:20 (v/v)); flow rate, 1.0 mL/min; UV detection, test mixture 1, 261 nm; test mixture 3, 257 nm.

The values of $m_0$ for the other two test mixtures were smaller but showed an identical course as the $q$ values for the p-hydroxybenzoates. Changes in this type of selectivity may be monitored best by the p-hydroxybenzoic acid n-alkyl esters.
formed in this study. In earlier studies, we noticed also a great influence of the ligand surface concentration on the stability of modified phases (3, 16). In this study we concentrated on the role of the alkyl chain length in this respect. In the frame work of the experimental conditions it can be concluded that the minimum chain length of octyl ligands might be necessary to prevent monofunctionally n-alkylsilane modified stationary phases from deterioration. The q values of the p-hydroxybenzoates presented in Table IV support the conclusion that a substantial amount of the short ligands was hydrolyzed and dissolved from the silica surface. With decreasing m0 (n-alkylenzanes) values for these stationary phases the q (p-hydroxybenzoates) values increased. This indicates larger polar interactions between the p-hydroxybenzoates and the silica surfaces. The increased polar interactions can be explained by an increasing amount of silanol groups formed at the surface by hydrolysis of ligands and of silica.

Aging experiment 4 was found too destructive for subsequent chromatographic testing. Deterioration of the packed bed inside the column caused chromatograms with doubled peaks and bad peak shapes. However, the collapse of the particle bed may be independent of the chemical changes at the stationary phase surface; see the NMR section (below).

Bulk analysis and solid-state NMR measurements on the stationary phases after aging experiment 4 were still possible.

Solid-State \(^{29}\text{Si}\) NMR. The structures of siliceous moieties at the surface of the silica gel before and after modification, their notations, and typical \(^{29}\text{Si}\) chemical shifts were presented earlier (3). The \(^{29}\text{Si}\) MAS NMR spectrum, together with the deconvoluted signal areas, of the experimental silica substrate yield a silanol content of 43.9\%. This points to an extraordinarily large specific surface area of the silica gel. By dividing the relative silanol content by the measured surface area \((\text{SBET})\), one can estimate the silanol density at the silica surface, here 0.076 \((\text{content} \times \text{g m}^{-2})\). This density was smaller than that reported for Hypersil and a Nucleosil silica earlier (3): 0.092 \((\text{content} \times \text{g m}^{-2})\). We assume the geometry of the pore surface of the silica affects the density of the silanol groups. The small average pore size of 6 nm combined with the large surface area may point to an open silica structure with relatively thin pore walls/boundaries. Such an open structure increases the presence of siloxane groups at the pore surface, decreasing the silanol density. Of the total amount of silanol groups only 7.1\% relative were geminal silanols, dihydrosiloxanes \((Q^2)\), and 92.9\% relative were vicinal and/or "lone" silanol groups, hydroxydimethylsiloxanes \((Q^3)\). Caused by the relatively low silanol density most of the hydroxysiloxanes will be "lone" silanol groups.

Before and after the aging experiments \(^{29}\text{Si}\) CP-MAS NMR spectra were obtained. Figures 4, 5, and 6 show these spectra for Si-C\(_1\), Si-C\(_2\), and Si-C\(_12\) phases, respectively. The trimethysiloxyisilane bonded phase showed an almost total loss of ligands after aging experiments 1, 4, 5, and 6. Concomitantly, the relative amount of hydroxysiloxanes was increased. Especially after aging experiment 1, a pronounced amount of geminal silanol groups was determined. Secondly, we observed, that after the aging experiments with high pH eluents, the trimethysiloxyisilane ligands were stripped from the surface and parallel or subsequently the silica substrate was hydrolyzed and dissolved as well. Dissolution of the substrate caused a drop in surface area and subsequently a decreased amount of silanol groups relative to the nonaged trimethysiloxyisilane phase. A diminished surface area can be detected indirectly with \(^{29}\text{Si}\) CP-MAS NMR by a decrease in total signal area and consequently a worse signal to noise ratio. Here, after aging experiments 4 to 6 the amount of silanol groups did not increase to the same extent as the decrease in trimethysiloxyisilane groups, indicating that substrate dissolution took place as well. The spectra of the other two modified phases, Si-C\(_2\) and Si-C\(_12\), show again that the resistance toward ligand dissolution is generally superior with longer alkyl chain length ligands. With the Si-C\(_2\) phase still only small amounts of ethyldimethylsilanes were detected after aging experiments 1, 4, and 6. On the other hand, the amounts of ligands anchored at the surface after aging experiment 5 were about half that of the nonaged phase.

The shielding effect of the anchored ligands and the dissolution of the substrate with some of the eluents is illustrated by comparison of the amounts of siliceous moieties present at the surface after a particular aging experiment, relative to their amounts at the nonaged silica surface. A comparison of the amount of ligands \((M^1)\) and the total amount of silanol \((Q^2\) and \(Q^3)\) of all stationary phases after aging experiment 1, relative to the nonaged phases, is depicted in Figure 7. With short alkyl ligand modified phases large amounts, up to approximately 90\%, of alkyldimethylsiloxysilanes were stripped from the surface by the low pH aqueous phosphate buffer. However, only a part of these dissolved ligands were replaced by silanol groups. The resulting vacancies at the silica surface were either condensed with formation of siloxane bridges or hydrolyzed/dissolved from the substrate resulting in less surface area. The substrate shielding effect by the long alkyl ligands was obvious. The n-octyl, n-dodecyl, and n-octadecyl ligands showed almost no significant reduction of the amount of anchored ligands and/or increased amount of silanol groups.

A similar graph for the effect of the simulated routine use experiment with the low pH aqueous–methanol phosphate buffer, aging experiment 2, is depicted in Figure 8. Here, only relatively small fluctuations in ligand and silanol amounts were observed. The ligand shielding seemed independent of the alkyl chain length. Even the total amount of siliceous moieties remained constant. No intensive substrate hydrolysis or silanol condensation was detected. In sharp contrast, all high pH carbonate buffer eluents changed the substrate surface of the short alkyl ligand modified phases drastically; see Figure 9. Well advanced surface degradation by stripped ligands and dissolved silica was observed. Large amounts of both
ligand silanes and hydroxysiloxanes disappeared from the surface. Only a small part of the silanol groups condensed to siloxane bridges, the major amount of silanol groups apparently dissolved in the aggressive buffer eluents. A worse signal to noise ratio of the Si-C phases after high pH aging experiments indicated already a diminishing silica surface; see Figure 4. From the previous graphs it is clear that ligand hydrolysis was affected by the type of eluent used for the aging experiment.

The eluents used for the routine use simulations in this study can be ranked in order of increasing hydrolysis of ligands and silica: 2 → 3 → 5 → 1 → 6 → 4.

With the high pH eluents a large degree of ligand stripping, due to hydrolysis and dissolution, was observed, especially for short ligand phases. Addition of methanol (50% (v/v)) to the high pH buffer eluent only reduced the hydrolysis of long ligand modified silica (n-alkyl chain length > n-octyl), probably due to solvatation of the long ligands by the organic modifier. For low pH buffered eluents, the addition of methanol reduced the hydrolysis of short ligands drastically. Long alkyl chain ligands were much less affected by low pH eluents.

**Bulk Analysis.** The carbon content after three different aging experiments for all modified phases relative to that of the originate phase is depicted in Figure 10. The longer alkyl ligands inhibited dissolution of surface-anchored n-alkyl(dimethyl)siloxysilanes by aggressive eluents. These curves reflect the ligand length and concentration at the silica surface. As such, the shape of the curves was similar to the $^{29}$Si CP-MAS NMR measured relative ligand content depicted in Figures 7 to 9. However, in contrast with the results of the solid-state $^{29}$Si NMR measurements, here we observed substantial
changes in the carbon content for the n-octyl bonded phase after aging experiments 1 and 6. After aging experiment 6 in total 12% of the carbon was removed from the silica substrate. Results of the BET measurements of a selected group of stationary phases before and after a specific aging experiment are listed in Table V. This table reports two specific area values: \( S_{\text{BET}} \) measured and the for the ligand content corrected value. The mass of the ligands affects the density of the substrate. Major changes in substrate properties were determined from the values of the pore size and pore diameter. As expected, increased pore size and pore volume were noticed for short ligand phases after aging experiments with high pH buffer solutions and low pH aqueous buffer solutions, indicating severe substrate hydrolysis. Changes in pore size and pore volume decreased gradually with longer alkyl chain length of the ligands. Although only a selected amount of BET measurements were performed, it can be concluded that longer alkyl ligands isolated the silica surface better from substrate
Table V. Bulk Properties before and after Aging Experiments of the n-Alkyldimethylsiloxysilane Modified Phases Studied Here

<table>
<thead>
<tr>
<th>stat phase/aging exp</th>
<th>specific surface area, ( S_{BET} ), ( m^2 \cdot g^{-1} )</th>
<th>mean pore size, nm</th>
<th>pore volume, ( cm^3 \cdot g^{-1} )</th>
<th>carbon content ( P_c ), ( % (w/w) )</th>
<th>spec surface area, corrected for ligand content, ( m^2 \cdot g^{-1} )</th>
</tr>
</thead>
<tbody>
<tr>
<td>Si-C(_1)</td>
<td>522</td>
<td>5.7</td>
<td>0.68</td>
<td>6.69</td>
<td>592</td>
</tr>
<tr>
<td>4</td>
<td>482</td>
<td>9.2</td>
<td>1.10</td>
<td>0.87</td>
<td>488</td>
</tr>
<tr>
<td>Si-C(_2)</td>
<td>428</td>
<td>5.4</td>
<td>0.58</td>
<td>7.59</td>
<td>487</td>
</tr>
<tr>
<td>*</td>
<td>417</td>
<td>8.4</td>
<td>1.14</td>
<td>2.58</td>
<td>434</td>
</tr>
<tr>
<td>2</td>
<td>517</td>
<td>6.2</td>
<td>0.82</td>
<td>4.38</td>
<td>558</td>
</tr>
<tr>
<td>5</td>
<td>570</td>
<td>6.8</td>
<td>0.92</td>
<td>2.31</td>
<td>593</td>
</tr>
<tr>
<td>Si-C(_4)</td>
<td>410</td>
<td>5.2</td>
<td>0.48</td>
<td>10.53</td>
<td>484</td>
</tr>
<tr>
<td>*</td>
<td>470</td>
<td>4.9</td>
<td>0.58</td>
<td>10.29</td>
<td>547</td>
</tr>
<tr>
<td>2</td>
<td>289</td>
<td>8.3</td>
<td>0.60</td>
<td>9.97</td>
<td>335</td>
</tr>
<tr>
<td>5</td>
<td>630</td>
<td>5.6</td>
<td>0.88</td>
<td>6.92</td>
<td>699</td>
</tr>
<tr>
<td>Si-C(_{12})</td>
<td>299</td>
<td>5.2</td>
<td>0.39</td>
<td>18.78</td>
<td>375</td>
</tr>
<tr>
<td>*</td>
<td>300</td>
<td>5.5</td>
<td>0.41</td>
<td>18.38</td>
<td>375</td>
</tr>
<tr>
<td>5</td>
<td>232</td>
<td>6.9</td>
<td>0.40</td>
<td>18.00</td>
<td>288</td>
</tr>
<tr>
<td>Si-C(_{18})</td>
<td>357</td>
<td>5.4</td>
<td>0.48</td>
<td>18.06</td>
<td>441</td>
</tr>
<tr>
<td>*</td>
<td>314</td>
<td>5.4</td>
<td>0.40</td>
<td>17.98</td>
<td>387</td>
</tr>
</tbody>
</table>

*The experimental conditions of the aging experiments are outlined in Table I. Experiment * denotes the original stationary phase.

hydrolysis by aggressive eluents.

The alternating changes in measured and corrected specific surface areas for short ligand modified silica were indistinct. It may well be that substrate degradation into small sub-colloidal level (<1–3 nm) silica/silicate particles occurred, enlarging the specific surface area. The short n-alkyl bonded phases showed an enlarged surface area after aging experiments 5 and 6. Presumably, silica hydrolysis and dissolution resulted in small dissolved silica particles and coarsened pore surfaces (1).

On the other hand, direct silica dissolution results in a smaller specific surface area. Aging experiment 4 reduced the specific surface area drastically due to severe silica dissolution. However, both hydrolysis and subsequent dissolution processes resulted in a significantly larger pore size and pore volume.

CONCLUSIONS

The trimethylsilyloxiane, ethyl-, n-butyl-, and n-hexyl-dimethylsioxysilane silica phases show a rather poor resistance toward ligand hydrolysis and dissolution when aggressive low and high pH buffer solutions are used as eluent. The stability of these reversed phases increases gradually with longer alkyl chain length of the ligands. This is confirmed by our chromatographic characterization method, the \( ^{29}\)Si CP-MAS NMR measurements, and the elemental analysis of the stationary phases after aging. The longer alkyl ligands inhibit the attack of the surface by aggressive buffer solutions, under the experimental conditions and time schedule here.

Even if other stationary phase properties may affect the stability of modified stationary phases as well, see refs 3 and 15–19, the ligand alkyl chain length seems of major influence. Short n-alkyl(dimethyl)silane ligand modified silicas will deteriorate when low or high pH buffer solutions are used as an eluent in practice, even over a short period of time.

Due to better solvation of the ligands by organic modifiers, e.g. methanol, longer ligands presumably are more effective in shielding the substrate. Consequently, severe degradation of the stationary phases is inhibited to a large extent. Thence, as experienced from daily chromatographic practice, organic modifier rich eluents combined with longer alkyl chain length modifications are preferable for a longer lifetime of the RP-HPLC columns. Concurrent hydrolysis and dissolution of silica and ligands (1) affects the chromatographic performance and alters the selectivity of reversed-phase columns. Changed capacity factors and lipophilic selectivity indicate that these processes are going on, causing increased specific polar interactions. For sensitive compounds large shifts in retention data may be observed, spoiling the easy life of the LC chromatographer and his data system.

As illustrated in this study a set of selective test components, like the homologous series of n-alkylbenzenes and p-hydroxybenzoic acid n-alkyl esters, can be used to adequately examine the actual status of the RP-HPLC column. The derived parameters \( m_L \) and \( q \) adapted by an expert (or expert system) can easily be used to correct the eluent composition for a typical separation. The values for \( m_L \) and \( q \) also support the decision about the practical useful lifetime of a typical RP-HPLC column. In an accompanying, subsequent paper some of the important interactions between the RP-HPLC phases and the eluents will be reported in some detail. This pertains in particular to the dissolution of the substrate into mixtures of water and methanol at pH >12, selected to mimic the situation prevailing in RP-HPLC using basic eluents.

ACKNOWLEDGMENT

We thank Mr. R. Goossens and Miss M. Roelofs for their practical assistance and Mr. H. Eding for the elemental analysis measurements of the stationary phases.

LITERATURE CITED

(4) Schoenmakers, P. J., Optimization of chromatographic selectivity; Elsevier: Amsterdam, 1986; p 31 ff, p 118 ff.
Influence of Alkyl Chain Length on the Stability of n-Alkyl-Modified Reversed Phases. 2. Model Dissolution Study

Martin J. J. Hetem,*+ Jan W. de Haan, Henk A. Claessens, Leo J. M. van de Ven, and Carel A. Cramers
Laboratory of Instrumental Analysis, Eindhoven University of Technology, P.O. Box 513, 5600 MB Eindhoven, The Netherlands

Peter W. J. G. Wijnen
Laboratory of Inorganic Chemistry, Eindhoven University of Technology, P.O. Box 513, 5600 MB Eindhoven, The Netherlands

Joachim N. Kinkel
E. Merck, Frankfurterstrasse 250, D-6100 Darmstadt 1, West Germany

A direct, in situ study of the hydrolysis and dissolution of various n-alkyl modified phases was performed with 29Si magic angle spinning NMR spectrometry as a model for stationary phase aging in laboratory practice. With this study, the substantial effect of the ligand length on the dissolution reaction of the alkyl modified phases under aggressive eluent conditions is confirmed. As expected, longer n-alkyl ligands gradually show better substrate shielding properties. Above a certain critical ligand length, shielding by longer ligands inhibit the dissolution rate drastically by affecting the hydrolysis and dissolution processes. The type of solvent system used, in liquid chromatography practice or for dissolution studies as reported here, mainly affects the proportions of dissolved silicates in the eluent. On the basis of this in situ dissolution study a model for ligand and substrate hydrolysis and dissolution with the involved reactions is presented.

INTRODUCTION

In the foregoing, accompanying paper it is made clear that one of the most important reasons for instability of stationary phases for reversed-phase high-performance liquid chromatography (RP-HPLC) is concerned with unwanted chemical interactions between the mobile phase and the stationary phase (1). A similar conclusion was drawn in earlier publications from this (2, 3) and other (4) laboratories. Although hydrolysis and dissolution are rather slow processes in LC practice, the RP-HPLC phase deteriorates after a period of intensive use. This is observed by changes in capacity factors, selectivity, and column efficiency.

There are only a few techniques that enable in situ studies of such reversed-phase dissolution. 29Si NMR may provide useful details concerning the molecular structures of species leaving the substrate surface and forming intermediate and final reaction products (5-8). To the best of our knowledge, these studies have been confined to silica gel only, e.g. the substrate part of the stationary phases for RP-HPLC. This prompted us to perform a 29Si NMR study of the dissolution characteristics of several phases for RP-HPLC, investigated in the accompanying paper (1). The stationary phases under study were modified on the same batch of silica substrate using various ligands of increasing n-alkyl chain length.

With this study, information on the substantial effect of the ligand alkyl chain length on the various dissolution reactions was obtained. Thence, this paper emphasizes the process of stationary phase deterioration, correlated with the shielding effect of the anchored ligands at the silica surface. The influence of the eluent composition is also considered.

EXPERIMENTAL SECTION

The synthesis and physical characterization of the RP-HPLC phases with varying n-alkyl chain length are described in the accompanying paper (1).

Preparation of Solutions. The dissolutions of the reversed phases or the native silica were performed by adding ca. 350 μL of a 5 M solution of sodium hydroxide in methanol-water (50:50 (v/v)) to approximately 70 mg of stationary phase (this amount was corrected for the ligand content) in a zirconium oxide rotor of the Bruker double air bearing type. In this way a well mixed suspension of Na2O-SiO2 with an overall, molar composition of 1:1 was obtained. Similar dissolutions were performed in a 2 M aqueous sodium hydroxide solution in order to obtain an overall, molar composition of 1:3 Na2O-SiO2. The well-mixed suspension was introduced into the solid-state NMR spectrometer as quickly as possible.

29Si NMR Measurements. The 29Si NMR spectra were obtained on a Bruker CXP Fourier transform nuclear magnetic